Direct observation of photo-mechanical stiffness in alkanethiol-capped gold nanoparticles supracrystals by ultrafast small-angle electron diffraction

Giulia F. Mancini¹², Francesco Pennacchio³, Tatiana Latychevskaiå⁴, Javier Reguera⁵, Francesco Stellacci⁶ and Fabrizio Carbone⁷

¹Laboratory for Ultrafast Spectroscopy, Lausanne Center for Ultrafast Science (LACUS), École Polytechnique Fédérale de Lausanne, CH-1015 Lausanne, Switzerland.
²Paul Scherrer Institut, WSLA/210, 5232 PSI Villigen, Switzerland
³Laboratory for Ultrafast Microscopy and Electron Scattering, Lausanne Center for Ultrafast Science (LACUS), Polytechnique Fédérale de Lausanne, CH-1015 Lausanne, Switzerland
⁴Physics Institute, University of Zurich, Winternthurerstrasse 190, 8057 Zurich, Switzerland
⁵ICIC biomaGUNE, Paseo de Miramón 182C, 20009 Donostia-San Sebastian, Spain. Ikerbasque, Basque Foundation for Science, 48011 Bilbao, Spain.
⁶Supramolecular Nanomaterials and Interfaces Laboratory, Institute of Materials, École Polytechnique Fédérale de Lausanne, CH-1015 Lausanne, Switzerland.

Abstract: We demonstrate that ultr stiff binding between nanoparticles can be engineered by ad hoc assemblies of ligands, reaching strengths comparable to that of strong covalent bonds. Our observation relies on femtosecond small-angle electron diffraction.

1. Introduction
Ligand-coated nanoparticles (NPs) can for two-dimensional supracrystals with mechanical and electronic properties relevant for a wide range of applications [1]. Recently, ultrafast small-angle electron diffraction has enabled to resolve both their static ordering properties and their photo-induced motions [2-4] with combined femtosecond (fs) temporal and Ångstroms (Å) spatial resolution. With this technique, light pulses can be used to set the supracrystals out of equilibrium. The transfer of energy from the electronic excitation to the underlying structural degrees of freedom leads to motions of both the NPs and the ligands that can be monitored by diffracting ultrashort electron pulses.

In this work, we show that the Debye-Waller effect can dramatically vary in supracrystals coated by ligand chains with a different number of carbon atoms. Specifically, our observations reveal that local stiffness can be created in a octanethiol-capped nanoparticles supracrystal by Van der Waals forces to an extent comparable to stiff solids characterized by strong homonuclear covalent bonding. Moreover, our simulations demonstrate the presence of a direct correlation between the degree of order of the NPs within grains of the supracrystal and its local (nearest-neighbor) mechanical stiffness.

2. Experimental Methods
In our experiment (Fig.1a, inset), the driving laser is a KMLabs Wyvern centered at a wavelength of 780nm, with 0.65µm pulse energy, 50fs pulse duration, at a repetition rate of 20kHz. The temporal chirp of the photoemitted electron bunches (30keV) is compensated by a radiofrequency cavity operating in the TM10 mode [4, 5], yielding ∼300fs/160µm bunches at the sample, each containing up to 6×10⁵ electrons. The collected diffraction patterns are formed on a phosphor screen and detected on an intensified electronic imaging camera capable of single electron detection with an array of 1300×1340 pixels (side length of 20µm), and single binned on-chip at 1MHz pixel readout rate. The experiments were conducted in transmission geometry at room temperature, with 500 accumulations with 300 gates per exposure for every time delay. Photoinduced changes in the samples were initiated by 1.5eV pump-pulses focused to a spot of 220µm. The absorbed fluence was 100µJ/cm² [6]. Gold nanoparticles capped with 1-octanethiol (C8), 1-decanethiol (C12), or 1-octadecanethiol (C18) were synthesized using a modification [7] of the method described by Zheng et al. [8], and transferred on a octanethiol-capped gold nanoparticles supracrystal by Van der Waals forces to an extent comparable to stiff solids characterized by strong homonuclear covalent bonding. Moreover, our simulations demonstrate the presence of a direct correlation between the degree of order of the NPs within grains of the supracrystal and its local (nearest-neighbor) mechanical stiffness.

3. Results and Discussion
We analyze the light-induced decay of the intensity of the diffraction feature I(s) associated to the local (nearest to next-nearest neighbor) hexagonal arrangement of the gold NPs in each supracrystal (Fig.1b). In Fig.1a each intensity trace was normalized to the average value at negative times (t<0) and fitted to a mono-exponential curve (solid lines). Photoinduced thermal disorder in the NPs hexagonal arrangement is evidenced in both samples by the transient decrease of I(s). Remarkably, the I(s) decay time-scale for C8, τ = 2.6±0.3 ps, is significantly shorter than the one for C12, τ = 12.1±0.9 ps. The C8 supracrystal (pink circles) shows a decay in diffracted intensity comparable to graphite (purple triangles) [9], suggesting a strong coupling of the electronic and lattice degrees of freedom. When the ligand length increases (C12, blue triangles) the system is characterized by a softer electron-phonon coupling, similar to soft metals such as Bismuth (blue squares) [9].

© The Authors, published by EDP Sciences. This is an open access article distributed under the terms of the Creative Commons Attribution License 4.0 (http://creativecommons.org/licenses/by/4.0/).
In alkanethiol-capped NPs supracrystals the presence of attractive Van der Waals interactions among ligands holds the NPs in the supracrystal together via interdigitiation [10]. We report for each sample the presence of a direct correlation between the observed Debye-Waller decay, and the symmetry of the NPs within the supracrystal grains. We explore ligand length-dependent order-disorder correlations considering the squared amplitude of the Fourier Transform (FT) of the Transmission Electron Microscopy (TEM) images from each supracrystal (Fig. 1b). The agreement between the angular cross-correlation functions [2] at ŝr for experiment and FT simulations (Fig. 1c) suggests the presence of a recognizable translational symmetry of the NPs distribution within single domains for the C8 and C12 samples, where an I(ŝr) suppression upon photo-excitation is retrieved. In C18, where no local symmetry is found, the randomized distribution of the scattering objects within each domain leads to the presence of a liquid-like phase, where no correlation between transient changes and NPs arrangement can be unraveled.

4. Conclusions
We report that local mechanical stiffness can be created in supramolecular assemblies by Van der Waals forces to an extent comparable to systems characterized by strong covalent bonding with ultrafast small-angle electron diffraction. By showing the direct correlation between the observed Debye-Waller decay, and the arrangement of the NPs within the supracrystal grains, our simulations support that the local symmetry of the NPs plays a role in the short-range degree of coupling between the electronic and lattice degrees of freedom.

5. Acknowledgements
This work was supported by the Swiss National Science Foundation (SNSF) through the grant no.PP00P2-128269/1.

6. References
[1] M. A. Boles, M. Engel, and D. V. Talapin, "Self-assembly of colloidal nanocrystals: From intricate structures to functional materials", Chem. Rev. 116, 11220–11269 (2016).
[2] G. F. Mancini, T. Latychevskaia, F. Pennacchio, J. Reguera, F. Stellacci, and F. Carbone, "Order-disorder dynamics in a dodecanethiol-capped gold nanoparticles supracrystal by small-angle ultrafast electron diffraction", Nano Lett. 16, 2705–2713 (2016).
[3] T. Latychevskaia, G. F. Mancini, and F. Carboni, "The role of the coherence in the cross-correlation analysis of diffraction patterns from two-dimensional dense mono-disperse systems", Sci. Rep. 5, 16573 (2015).
[4] G. F. Mancini, B. Mansart, S. Pagano, B. van der Geer, M. de Loos, and F. Carbone, "Design and implementation of a flexible beamline for fs electron diffraction experiments" Nucl. Inst. Methods Phys. Res. A 691, 113–122 (2012).
[5] T. van Oudheusden, P. L. E. M. Pasmans, S. B. van der Geer, M. J. van der Wiel, and O. J. Luiten, "Compression of subrelativistic space-charge-dominated electron bunches for single-shot femtosecond electron diffraction", Phys. Rev. Lett. 105, 264801 (2010).
[6] P. Musumeci, T. J. Moody, C. M. Scoby, M. S. Gutierrez, and M. Westfall, "Laser-induced melting of a single crystal gold sample by time-resolved ultrafast relativistic electron diffraction" Appl. Phys. Lett. 97, 063502 (2010).
[7] Q. K. Ong, J. Reguera, P. J. Silva, , M. Moglianetti, K. Harkness, F. Stellacci, "High-resolution scanning tunneling microscopy characterization of mixed monolayer protected gold nanoparticles", ACS Nano 7, 8529–8539 (2013).
[8] N. Zheng, J. Fan, G. D. Stucky, "One-step one-phase synthesis of monodisperse noble-metallic nanoparticles and their colloidal crystals" J. Am. Chem. Soc. 128, 6550–6551 (2006).
[9] Digitized from R. P. Chatelain, V. R. Morrison, B. L. M. Klarennaar, and B. J. Siwick, Phys. Rev. Lett. 113, 235502 (2014) and A. Bugaysen, A. Esmail, M. Abdel-Fattah, and H. E. Elsayed-Ali, AIP Advances 1, 012117 (2011).
[10] J. Y. Kim, S. J. Kwon, J.-H. Chang, C. A. Ross, T. A. Hatton, and F. Stellacci, "Two-Dimensional Nanoparticle Supracrystals: A Model System for Two-Dimensional Melting", Nano Lett. 16, 1352–1358 (2016).